A monolithic micro-tensile tester for investigating silica micromechanics, fabricated and fully operated using a femtosecond laser

Citation for published version (APA):

DOI:
10.1364/CLEO_AT.2014.AW1H.6

Document status and date:
Published: 01/01/2014

Document Version:
Accepted manuscript including changes made at the peer-review stage

Please check the document version of this publication:
• A submitted manuscript is the version of the article upon submission and before peer-review. There can be important differences between the submitted version and the official published version of record. People interested in the research are advised to contact the author for the final version of the publication, or visit the DOI to the publisher's website.
• The final author version and the galley proof are versions of the publication after peer review.
• The final published version features the final layout of the paper including the volume, issue and page numbers.

Link to publication

General rights
Copyright and moral rights for the publications made accessible in the public portal are retained by the authors and/or other copyright owners and it is a condition of accessing publications that users recognise and abide by the legal requirements associated with these rights.

• Users may download and print one copy of any publication from the public portal for the purpose of private study or research.
• You may not further distribute the material or use it for any profit-making activity or commercial gain
• You may freely distribute the URL identifying the publication in the public portal.

If the publication is distributed under the terms of Article 25fa of the Dutch Copyright Act, indicated by the “Taverne” license above, please follow below link for the End User Agreement:
www.tue.nl/taverne

Take down policy
If you believe that this document breaches copyright please contact us at:
openaccess@tue.nl
providing details and we will investigate your claim.

Download date: 17. Mar. 2019
A monolithic micro-tensile tester for investigating silica micromechanics, fabricated and fully operated using a femtosecond laser

Christos E. Athanasiou, Ben McMillen, Yves Bellouard
Department of Mechanical Engineering, Eindhoven University of Technology
Den Dolech 2, 5612 AZ Eindhoven, the Netherlands
c.e.athanasiou@tue.nl

Abstract: We report on the use of femtosecond laser for fabricating, loading and in situ measuring using third-harmonic signal generation a micro-tensile tester for characterizing silica and its polymorphic phases.

OCIS codes: (140.4400) Nonlinear optics, materials; (220.4000) Microstructure fabrication;

Fused silica – the glassy phase of SiO$_2$ – is of particular interest for microsystems. Its unique mechanical (high strength, low coefficient of thermal expansion), optical (high transparency over a broad spectrum, low dispersion, etc.) and chemical properties (inert to most chemicals) makes it a particularly interesting substrate for micro-devices in which optical, mechanical and fluid-handling function can be combined all together or separately, thanks to the use of femtosecond micromachining [1]. At the micro and nanoscale, amorphous silica exhibits an unconventional behaviour such as pseudo-plastic failure and deformation [2,3]. However, the micromechanical behavior of fused silica as well as its polymorphic phases remains largely unexplored, due to the inherent experimental difficulties associated with it. Here, we propose a monolithic microscale tensile tester, entirely made of silica, for which the same femtosecond laser is not only used for fabricating the device, but also for operating it (loading the specimen) as well as for measuring in situ the induced deformation thanks to the use third-harmonic generation (THG). The tensile tester consists of two parts (shown in Fig. 1a): the loading cell (part a) and the displacement amplification sensor (part b). The tensile tester is fabricated using a femtosecond laser (Yb-fiber amplifier operated at 800 kHz with pulse energy of 375 nJ, 0.4 NA objective) and chemical etching according a process described elsewhere [4].

Fig 1:(a) Micro-tensile tester Scanning Electron Microscope image. The overall dimensions of the system are 2.5 mm ×2.9 mm. Part a is the loading cell unit and part b is the displacement amplification sensor. (b) Magnified view of the system’s 21um displaced lever beam. (c) Finite element analysis image for the system loaded.

To load the microscale beam (thin bar 3 in part a of Fig. 1a), we use the same femtosecond laser to re-expose the specimen but only in the zones 1 and 2. Indeed, as demonstrated in [5], laser exposure induces a net volume expansion in the operating regime described above. Here, we take advantage of this effect to generate a net expansion of the two loading bars (bars 1,2 in part a of Fig. 1a). By writing a given number of adjacent planes - each of them consisting of multiple lines writing across the specimen thickness, the applied load can be tuned to virtually any desired level. As an illustration, in the example shown in Fig. 1(a, b, c), 800 planes where written with an energy deposition (net fluence) of 7 J/mm$^2$. The corresponding stress of 280 MPa in the test beam (label 3 in Fig. 1a) is
achieved as predicted and measured with polarized light microscopy (Fig. 2a) and is consistent with the stress of 277MPa calculated using the finite method analysis (Fig. 1c).

To measure the beam elongation resulting from the stress load, the displacement is mechanically amplified using a flexure-based lever mechanism (part b in Fig. 1a). This mechanism consists of two beams (mounted 45 degrees to the long lever beam) that form a hinge with a remote rotation center (C indicated in part b of Fig. 1a). This hinge is connected to the main load cell. When a load is applied, the load cell induces a mechanical moment on the hinge that pivots. Using this mechanism, the beam elongation creates a corresponding amplified motion of the elongated beam. The amplification ratio here is eleven.

Finally, we use the same laser, yet at much lower pulse energy so that no modification is made on the material, to accurately measure the displacement of the lever amplification beam. To do so, we use third harmonic generation [6] (THG) induced by the femtosecond beam while scanning the beam across the specimen. At this stage, we estimate the measurement accuracy to be in the order of a micron and possibly less. (Fig. 2b illustrates a THG scanned signal acquired across a test pattern made of predefined trench sizes.)

Fig.2.(a) Birefringence image of the test beam (beam 3) acquired with a CRI PolScope (50x objective). As can be seen the stress is uniformly distributed as expected. Beam width is 5 microns. (b) Illustration of a THG signal scan across the surface of a calibration pattern made of known-size grooves. The back labels are extracted from the THG trace. The red one are measured with a conventional microscope.

In summary, we have demonstrated that the same femtosecond laser can be used not only for fabricating a miniaturized tensile tester with fine flexures, but also for loading the device as well as for performing in situ measurements using THG. This instrument and measurement approach opens up new perspectives for investigating size effect on material mechanical properties. This approach is particularly suitable for investigating the mechanics of silica polymorphic phases at the micro- and nano- scale which is, for now, largely unknown.

References